FABRICATION AND I-V CHARACTERISTICS OF p-Si/n-ZnO:Er HETEROJUNCTIONS

Gonca İLGÜ BÜYÜK¹, Salıha İLİCAN² *

¹ Department of Physics, Institute of Graduate Programs, Eskişehir Technical University, Eskişehir, Turkey
² Department of Physics, Science Faculty, Eskişehir Technical University, Eskişehir, Turkey

ABSTRACT

In this work, Er doped ZnO films and silicon substrates were used as n-type and p-type semiconductors, respectively. In order to obtained p-Si/n-ZnO:Er heterojunction structures, top (aluminum; Al) and bottom (gold; Au) metal contacts were deposited using an evaporator and sputter, respectively. The electrical characterization of these heterojunctions were investigated by current–voltage (I–V) characteristics at room temperature and in dark. It was observed that Au/p-Si/n-ZnO:Er/Au heterojunction structures have rectifying properties. The diode parameters such as barrier height, ideality factor were investigated by using I–V measurement data. These parameters were determined by using different methods.

Keywords: ZnO, Heterojunctions, Diode parameters

1. INTRODUCTION

Nowadays, deposition and applications of nanostructured zinc oxide (ZnO) semiconductors such as nanofiber, nanograins and nanorods have been extensively reported because of their good optical and electronic properties [1-3]. Due to these properties, ZnO is a significant material and having high potential for using at various technological and industrial fields such as solar cells, varistors, gas sensors, transistors, transparent conductive oxides, and supercapacitors. [4-9]. Electrical, optical and structural properties can be modified with deposition parameters or dopant elements [10-13]. In recent years, zinc oxide (ZnO) films doped with Rare Earth (RE) elements have been taken attention due to their superior optical and electrical properties. RE dopant elements used to prepare wide band gap semiconductors proceeds to be of attention especially for display applications involving ultraviolet (UV), visible, and infrared (IR) light emission [14-16]. On the one hand materials production for high-tech are very important, on the other hand their productions using low-cost method are more important. Therefore, solution methods are preferred to systems requiring vacuum. Sol gel method, which is one of the solution methods, is preferred as it is a simple method because it can be applied to large surfaces, it allows multilayer film production.

Iwan et. al [17] deposited undoped and 1, 4 and 8 wt% Er doped ZnO films onto p-Si substrates by spray pyrolysis method. They characterized X-ray photoelectron spectroscopy (XPS) spectra, AFM images and PL spectra of the deposited films. The p-Si/n-ZnO and p-Si/n-ZnO:Er heterostructure were fabricated, and performed the I-V and EL measurements of these structures. They reported that these heterojunctions showed good rectification characteristics and radiated to clear green emission.

In this study, the p-Si/n-ZnO heterojunctions were fabricated using Er dopant at different level (0.2, 0.4, 0.6, 0.8 and 1.0 %) nanostructured ZnO films. The codes of fabricated diodes are given in Table 1. The electrical characterization of the fabricated diodes was investigated by I-V measurements under dark conditions. The diode parameters (n ideality factor, \( \phi_b \) barrier height and \( R_s \) serial resistance) were calculated by using different methods. In the available literature, a report about p-n heterojunction with deposited ZnO:Er films by the same technique has not been reported. Therefore, it is expected to contribute to the literature of this study.

*Corresponding Author: silican@eskisehir.edu.tr
Received: 10.10.2019 Published: 16.12.2019
2. EXPERIMENTAL METHODS

The procedure for preparing the Er doped (0.2, 0.4, 0.6, 0.8 and 1.0 %) nanostructured ZnO films were described in our previous studies [18]. Aluminum (Al) and gold (Au) metals were evaporated as top and bottom metal contacts for fabrication of p-Si/n-ZnO:Er (DZEr) heterojunctions. VAKSIS PVD Handy-MT/101T model metal evaporation and OLED system was used for evaporating top contacts. Top aluminum (purity of 99.99%) contacts were evaporated by thermal evaporation using shadow-mask (circule radius 0.25mm) onto the nanostructured ZnO films. For the bottom contact, Au metal was evaporated using the EMS550X coating with a 90 nm thickness on the matte surface of p-Si substrates. Figure 1. shows a schematic diagram representing fabricated p-n heterojunctions. The I-V measurements of the fabricated p-n heterojunctions in the dark were carried out using a semiconductor characterization measurement system (KEITHLEY 4200 SCS).

![Figure 1. Schematic diagram of p-Si/n-ZnO: Er (DZEr) heterojunction diode](image)

2. RESULTS AND DISCUSSION

3.1. I-V characteristics of fabricated p-n heterojunctions

The I-V plots of fabricated DZEr diodes are given in Figure 2. It is evident from these plots that the fabricated junctions show rectifying behavior. There are some important parameters (such as $n$, $\phi_B$ and $R_s$) that must be determined in order to explain the electrical properties of a diode and to determine its proximity to the ideal. Using these measurement results, diode parameters were calculated with different methods. In order to calculate these parameters, there must be a relation between current and voltage. The relation between current and voltage is obtained by considering the thermionic emission (TE) theory. Considering the TE theory, the equation of the current passing through a diode is written as follows [19]:

$$I = I_o \left[ \exp \left( \frac{qV}{nkT} \right) - 1 \right]$$  \hspace{1cm} (1)

where $I_o$, $q$, $V$, $k$ and $T$ are reverse saturation current, electronic charge, applied voltage, Boltzmann constant and temperature (in Kelvin), respectively. The $I_o$ is given by the following expression:
Figure 2. I-V characteristics of DZEr heterojunction diodes

\[ I_o = A A^* T^2 \exp \left( \frac{-q \phi_B}{kT} \right) \]  

where \( A \) and \( A^* \) are rectifying contact area and effective Richardson constant, respectively. For an ideal diode, TE theory is considered to be effective. \( n \) value of a heterojunction can be determined by TE theory. The \( \text{log}I-V \) plots of fabricated DZEr diodes are given in Figure 3. The \( n \) values are calculated by Eq. (1) using slope of the linear part of the forward bias part of the semi-logarithmic graphs given in Fig. 3. The \( \phi_B \) values are calculated by Eq. (2) using calculated by extrapolating the linear region of the forward semi-logarithmic \( I-V \) plots at zero voltage. The \( n \) and \( \phi_B \) values for the fabricated diodes were calculated, and given in Table 1.
Another method was developed by Norde to determine the $\phi_B$ and $R_s$ for contacts. The Norde function is [20]
\[ F(V) = \frac{V_0}{\gamma} - \frac{kT}{q} \ln \left( \frac{I(V)}{A^*T^2} \right) \]  

(2)

where \( \gamma \) is an integer (greater than \( n \) value) and \( I(V) \) is the current obtained from \( I-V \) measurements. Using the data in Norde plot (Figure 4), the \( \phi_0 \) and \( R_s \) for each diode were calculated and given in Table 1. It can be seen from Table 1 that the \( \phi_0 \) values calculated by using traditional TE theory and those by using Norde method are in good agree with both each other and literature [15, 21, 22].

As the amounts of Er increase, \( n \) values for \( DZEr \) diodes have increased first, then decreased. In the literature, this trend has also been reported for \( p-n \) heterojunction fabricated using ZnO films with other dopants [23, 24]. The calculated \( n \) values are greater than 1. It can be explained by the presence of the interface layer between the metal and the semiconductor. In addition, the presence of \( R_s \) also affects the \( n \) value. The \( R_s \) values calculated using the Norde method are all in k\( \Omega \). In the literature, it was reported the similar results for the \( p-n \) heterojunction diodes fabricated using doped ZnO films [22, 24, 25].

**4. CONCLUSIONS**

For device application, the \( DZEr \) heterojunction structures were fabricated. The electrical properties of these heterojunction structures were investigated by \( I-V \) measurements. It was determined that these structures showed a good diode-like rectifying property in the dark. The diode parameters were determined by using different methods such as TE method and Norde methods.

**ACKNOWLEDGEMENTS**

This work was supported by Eskisehir Technical University Commission of Research Projects under Grant no. 1501F032. This study was conducted as part of the Doctoral Thesis of Gonca Ilgılı Büyük.
REFERENCES

[1] Ilican S. Structural, Optical and Electrical Properties of Erbium-Doped ZnO Thin Films Prepared by Spin Coating Method. J Nanoelectron Optoelectron 2016; 11: 465-471.

[2] Ilican S. Effect of Na doping on the microstructures and optical properties of ZnO nanorods. J Alloys Compound 2013; 553: 225-232.

[3] Ganesh V, Salem GF, Yahia IS, Yakuphanoglu F. Synthesis, Optical and Photoluminescence Properties of Cu-Doped Zno Nano-Fibers Thin Films: Nonlinear Optics. J Electron Mater 2018; 47(3): 1798-1805.

[4] Mokhtari H, Benhaliliba M, Boukhachem A, Aida MS, Oacak YS. Nanostructured device based on coated ZnO layer as a window in solar cell applications. Mater Sci Poland 2018; 36(4): 570-583.

[5] Ozturk S, Kilinc N, Ozturk ZZ. Fabrication of ZnO nanorods for NO2 sensor applications: Effect of dimensions and electrode position. J Alloys Compound 2013; 581: 196-201.

[6] Mokhtari H, Benhaliliba M, Boukhachem A, Aida MS, Oacak YS. Nanostructured device based on coated ZnO layer as a window in solar cell applications. Mater Sci Poland 2018; 36(4): 570-583.

[7] Colak H, Karakose E. Tm-doped ZnO nanorods as a TCO for PV applications. J Rare Earth 2018; 36(10): 1067-1073.

[8] Yakuphanoglu F. Evaluation of photoresponse in solution-processable ZnO thin film transistor for radiative sensor applications. Sensor Actuat A 2012; 173: 141-144.

[9] Alver U, Tanriverdi A. Boron doped ZnO embedded into reduced graphene oxide for electrochemical supercapacitors. App Sur Sci 2016; 378: 368-374.

[10] Bouhouche S, Bensouici F, Toubane M, Azizi A, Otsman A, Chebout K, Kezzoula F, Tala-Ighil R, Bououidina M. Effect of Er\textsuperscript{3+} doping on structural, morphological and photocatalytical properties of ZnO thin films. Mater Res Express 2018; 5: 056407.

[11] El Filali B, Torchynska TV, Ramírez García JL, Casas Espinola JL, Polupan G. Emission, Er ion defects and structure of ZnO nanocrystal films prepared by ultrasonic spray pyrolysis. Mater Sci Semicon Proces 2019; 96: 161-166.

[12] Daksh D, Agrawal YK. Rare Earth-Doped Zinc Oxide Nanostructures: A Review. Rev Nanosci Nanotech 2016; 5: 1-27.

[13] Ilıcan S, Ilgu G. Electrical Properties of n-ZnO:La/p-Si Heterostructure Diode. J Nanoelectron Optoelectron. 2016; 11: 401-406.
[16] Buyuk GI, Ilican S. ZnO:Eu Filmlerinin Mikroyapısal ve Optik Özellikleri. Karadeniz Fen Bilimleri Dergisi 2018; 8(2): 141-153.

[17] Iwan S, Bambang S, Zhao JL, Tan ST, Fan HM, Sun L, Zhang S, Ryu HH, Sun XW. Green electroluminescence from an n-ZnO: Er/p-Si heterostructured light-emitting diode. Physica B 2012; 407: 2721-2724.

[18] Buyuk GI, Ilican S. Sol Jel Yöntemiyle Elde Edilen ZnO Filminin Yapısal, Morfolojik ve Optik Özelliklerine Erbiyum Katkısının Etkisi. Süleyman Demirel Üniversitesi Fen Edebiyat Fakültesi Fen Dergisi 2019; 14: 179-192.

[19] Neamen DA. Semiconductor physics and devices. 3rd ed. New York, USA: McGraw-Hill Companies, 2006.

[20] Norde H. A modified forward I-V plot for Schottky diodes with high series resistance. J Appl Phys 1979; 50: 5052-5053.

[21] Habashyani S, Özmen A, Aydogan S, Yılmaz M. An examination of correlation between characteristic and device performance of ZnO films as a function of La content. Vacuum 2018; 157: 497-507.

[22] Turgut G, Duman S, Sönmez E, Özcelik FS. A study of Eu incorporated ZnO thin films: An application of Al/ZnO:Eu/p-Si heterojunction diode. Mater Sci Eng B 2016; 206: 9-16.

[23] Turgut G, Duman S, Keskenler EF. The influence of Y contribution on crystallographic, topographic and optical properties of ZnO: A heterojunction diode application. Superlatt Microstruct 2015; 86: 363-371.

[24] Coskun B, Darkwa KM, Soylu M, Al-Sehemi AG, Dere A, Al-Ghamdih A, Gupta RK, Yakuphanoglu F. Optoelectrical properties of Al/p-Si:Fe:N doped ZnO/Al diodes. Thin Solid Films 2018; 653: 236-248.

[25] Yıldırım M, Kocyigit A. Characterization of Al/In:ZnO/p-Si photodiodes for various In doped level to ZnO interfacial layers. J Alloy Compound 2018; 768: 1064-1075.